# Im aging the structure of the dom ain $w$ all betw een sym $m$ etries interconnected by a discontinuous transition 

Y anina Fasano, M . D e Seta , M . M enghini, H . P astoriza and F . de la C ruz<br>Instituto B alseiro and C entro A tom ioo B aribche, CNEA, A v. Bustill 9500, B aribche, RN, A rgentina<br>(M arch 22, 2024)


#### Abstract

W e have been able to observe w ith single particle resolution the interface between two structural sym $m$ etries that cannot be interconnected by a continuous transition. By $m$ eans of an engineered 2D potential that pins the extrem ity of vortex strings an square sym $m$ etry was im posed at the surface of a 3D vortex solid. U sing the B itter decoration technique and on account of the continuous vortex sym $m$ etry we visualize how the induced structure transform salong the vortex direction before changing into the expected hexagonal structure at a nite distance from the surface.


First order phase transitionsin' logical sym $m$ etry. The analysis and detection at $m$ icroscopic scale ofm echanism $s$ that allow the nucleation and propagation of new sym $m$ etries is a form idable task of di cult experi$m$ ental resolution. A $n$ ensem ble of superconducting vortices, having a continuous sym $m$ etry along the average vortex orientation and discrete structural sym $m$ etry in planes perpendicular to it, is a unique toy $m$ odel to investigate rst and second order phase transitionsis 'lis'.

The vortex liquid in superconducting $\mathrm{B} \mathrm{i}_{2} \mathrm{~S}_{2} \mathrm{CaC}_{2} \mathrm{O}_{8}$ crystals transform $s$ through a
rst order them odynam ic transition into a solid (Bragg G lass.') w th hexagonal quasilong range order. A s a result of the alm ost ideal behavior of the vortex structure large vortex single crystals are usually obtained after the liquid-solid transition. T he topology of the solid state w ith individual vortex resolution can be detected by m agnetic decoration, observing the clum ps generated by sm all Fe particles deposited at the vortex positions.

The scope of this work is to develop a strategy to investigate how a change of structural sym $m$ etry induced at the surface of a solid of elastic strings propagates along its length. $T$ his is achieved im posing the vortex liquid to solidify in a three dim ensional square lattice at one surface of $\mathrm{B} \mathrm{i}_{2} \mathrm{~S}_{2} \mathrm{C}$ aC $\mathrm{u}_{2} \mathrm{O}_{8}$ crystal while the natural hexagonal vortex structure is observed at the opposite surface. In this way, we were able to study the vortex structure w ithin the interface betw een two single crystals of vortices $w$ ith sym $m$ etries that cannot be interconnected by a continuous phase transition.

By m eans of electron beam lithography Fe dots of 300 nm in diam eter and 60 nm height were deposited on the top surface of $\mathrm{B}_{2} \mathrm{Sr}_{2} \mathrm{CaC} \mathrm{u}_{2} \mathrm{O}_{8}$ single crystals of approxim ate dim ensions $0.5 \times 0.5 \times 0.03 \mathrm{~mm}^{3}$. The dots are of sim ilar dim ensions as the clum ps generated in $m$ agnetic decorations that act as e ective surface pinning centers (Bitter pinning ${ }^{3}$ ). In
this way periodic Fe pattems of square sym m etry w ith $50 \times 50$ dots were created. Large surface regions of the sam ple were left free of Fe dots to detect the hexagonal pattem and to com pare the induction eld $B$ inside and out of the Fe pattemed region. The vortex structure was nucleated by cooling the sam ple in the presence of a m agnetic eld. The Fe pattem was chosen to $m$ ake the area of its unit cell, $a_{s q}^{2}$, equal to that of the corresponding hexagonalvortex lattioe induced by the applied eld ( one ux quantum per unit cell). The vortex lattice was visualized by $m$ agnetic decoration. The Fe structure from the $m$ agnetic decoration, as well as that of the periodic pattem, was observed at room tem perature w ith a scanning electron $m$ icroscope. W hen the B itter and the periodic pattem coincide, the Fe clum ps from the decoration were recognized by their irregular appearance as com pared to the circular shape of the dots of the periodic pattem. The num ber of vortioes per unit area in the pattemed area was found to be the sam e as that in the non-pattemed region (the sam e B).

Figure'i $1 \overline{1}$, show $s$ the vortex decoration on the Fe-pattemed surface of a sam ple w ith $a_{\text {sq }}=$ $0: 835 \mathrm{~m}$, hereafter called top surface. T he vortex structure corresponds to $\mathrm{B}=30: 2 \mathrm{G}$ auss and the decoration wasm ade at 4.1 K . The dark region $m$ arks the area where the square 2 D pinning was generated. T he square topology of the vortex structure induced by the periodic pattem is evident. The natural hexagonal sym $m$ etry of the solid is seen to be recovered outside the Fe pattemed region in no $m$ ore than two lattice param eters. The one to one site correspondence of $F e$ clum ps from the decoration w ith the square pattem reveals that the 2D periodic pinning im poses the vortex liquid to solidify in a single crystalw ith square sym $m$ etry at the top surface.

To verify whether the sam ple is thick enough to allow the recovery of the hexagonalvortex sym $m$ etry, a $m$ agnetic decoration was $m$ ade on the opposite surface of the Fe pattemed one, hereafter called bottom surface. Figure' $i_{-1}^{2}$ show s the decoration at the bottom surface of a 4.5 m thick sam ple, beneath the square Fe pattemed region. The D elaunay triangulation of the vortex lattice is depicted. T he picture show s that the hexagonal vortex lattioe has one of its principaldirections parallel to one of the square pinning potential axis. This show s that the presence of the square potential at the top surface breaks the rotationaldegeneracy of the hexagonal lattice. The hexagons at the bottom of the sam ple $m$ ake evident the coexistence of square and hexagonal sym $m$ etries along the vortex strings.
 equivalent energy: T he square structure at one side of the wall, where the surface pinning potential com pensates the increase of interaction energy corresponding to the square lattioe, and the natural hexagonal sym $m$ etry of the vortex crystal at the other side.

To explore the change of the vortex topology along the sam ple thickness, decorations of freshly cleaved bottom surfaces of the sam ple were perform ed. T he cleaving $m$ ethod has the advantage of preparing excellent surfaces for decoration but does not allow us to choose a precise thickness. Repeating the cleaving process we were able to change the thickness of the original sam ple of 12.5 m . Decoration of the bottom surface of sam ples w th thidkness, d , of $12.5,5.75,4.5,3.5,2.5$ and 0.5 m veri ed that the hexagonal sym m etry was recovered at a distance between 3.5 m and 4.5 m from the top surface.

The thinnest sample, w th $d=0: 5 \mathrm{~m}$, show s that the vortex structure has the square sym $m$ etry in the whole region beneath the Fe pattem, as depicted in $F$ ig. 'ī1. This result indicates that the engineered 2 D pinning potential can be used to m odify the m elting or
wetting conditions for the vortex system in a nite thickness close to the surface of the sam ple.

The $m$ agnetic decoration of vortices at the bottom surface of sam ples with di erent thicknesses allow ed to locate the dom ain wallbetw een the square and hexagonal sym $m$ etries and to investigate its intemalm icroscopic structure. Since the interface is detected close to the top surface, starting som ew here between 0.5 m and 2.5 m from the top surface and extends to a distance betw een 3.5 m and 4.5 m from it, the dom ain wall has a thidkness of the order of the average vortex near neighbors distance (alll $\left.\begin{array}{ll}\mathrm{a} & 1 \mathrm{~m}\end{array}\right)$.

D ecoration of vortex structures at the bottom of 2.5 m and 3.5 m thick sam ples have shown a distribution of three distorted hexagonal structures coexisting w ith regions containing a sm all num ber of vortioes ( 15 in average ) w ith fourfold sym $m$ etry which lattice param eter is equal to that of the square Fe pattem on the top surface. A s an exam ple, Fig. ','] shows the decoration of one pattem obtained at the bottom of 3.5 m sam ple. Statistics $m$ ade on hundreds of vortex unit cells below the square Fe pattem indicate that from the total num ber of vortioes in the dom ain wall 83\% belong to hexagonal deform ed structures, while the rest are distributed in regions of square sym $m$ etry of few lattice param eters.

The structure at the bottom of 2.5 m thidk sam ple show s the sam e relative distribution (w ithin 3\% ) of distorted hexagonal and square sym $m$ etry regions. It is clear that at these tw o di erent thicknesses (one close to the beginning and the other to the end of the dom ain wall) the interface em braces the coexistence of deform ed hexagons and square vortex structures. Sím ilar con gurations were found by recent num erical sim ulations of vortex interfaces between square and hexagonal sym $m$ etries ${ }^{42}$. A fraction of $85 \%$ of the deform ed hexagons are distributed between two possible degenerate states rotated in 90 degrees. Each state is characterized by one lattice param eter equal in $m$ agnitude and parallel to one of the square Fe pattem, see Fig. $\frac{1}{2}$. The results from four decorations $m$ ade at the bottom of 3.5 m and 2.5 m thick sam ples indicate that, despite the proportion of square and deform ed hexagons is $m$ aintained, the relative abundance between the two hexagonal degenerate states di ers w idely from one experim ent to another. The com parison am ong vortex structures at 3.5 and 2.5 m undemeath the same square Fe pattem shows that the speci clocation of square and distorted hexagonal vortex regions varies from one experim ent to the other, see F ig. 'is-1. $T$ his strongly supports that the proportion of deform ed hexagons and square sym $m$ etries is an intrinsic characteristic of the interface between the square and hexagonal single crystals nucleated along the vortex string.

A nother characteristic of the interface is that the area ofboth, the hexagonal distorted as well as the square unit cell at the bottom of the 3.5 and 2.5 m samples coincides within $2 \% \mathrm{w}$ ith that of the square and hexagonal crystals at each side of the dom ain wall $T$ his strongly supports that the transform ation from the square to the hexagonal sym $m$ etry is $m$ ade under the condition of constant unit cell area (uniform B) across the interface. $T$ he uniaxial com pression of the hexagons results from a distortion induced to m atch one of the hexagonal lattice vector with one of the square pattem on the top surface. The transform ation from the described $m$ ixture of phases within the interface region to the uniform hexagonal sym $m$ etry takes place $w$ ithin one $m$ icrom eter (one lattice param eter). W e have not observed this transform ation because the cleaving technique does not perm it to choose a thickness of the sam ple w th the necessary precision.

In conclusion, the com bination of electron-beam lithography and magnetic decoration
techniques have allowed to dem onstrate that the vortex liquid can be solidi ed in two coexisting crystals w th di erent sym $m$ etries along the vortex length. T he square sym $m$ etry induced by the engineered 2D Fe pattem at one end of the vortex strings propagates up to a distance of the order of a m icrom eter and converts into a hexagonal lattice through a do$m$ ain wall. The square sym $m$ etry is seen to transform across the dom ain wall creating large regions of distorted hexagonal sym $m$ etry coexisting $w$ th others of square sym $m$ etry of few lattice param eters size. The continuous nature of the vortex strings is the unique property that allow s us to visualize the transform ation of the structure along the vortex direction in a transition width of the order of the average separation betw een vortices. The experim ental data provide valuable inform ation to stim ulate and verify the results of theoreticalm odeling of interfaces.

## I. ACKNOW LEDGMENTS

W e acknow ledge A. A . A ligia, J. Lorenzana, C . B alseiro, E. Jagla, P . C omaglia and $F$. Laguna for valuable discussions and $\mathrm{E} . \mathrm{M}$ artinez for careful reading of the m anuscript. This work was partially supported by A gencia $N$ acionalde $P$ rom ocin $C$ ient ca y Tecnolgica, by Fundacin A ntordhas and by C onsejo N acional de Investigaciones C ienti cas y T cnicas, A rgentina.

## REFERENCES

* Perm anent address: U nit $\mathbb{N N}$ FM eD ìpartim ento diF isica U niversit diR om a Tre, R om e, Italy.
${ }^{1}$ Landau, L. D . and Lifshitz, E.M ., Statistical Physics (P ergam on, O xford, 1993)3rd edn.
${ }^{2}$ Chaikin, P.M. and Lubensky, T. C., P rinciples of condensed $m$ atter physics (C am bridge U niversity P ress, C am bridge, 1995)1st edn .
${ }^{3}$ H . Safar, P . L. Gam m el, D. A . H use, D . J. B ishop, J. P. R ice and D . M . G insberg, P hys. Rev.Lett. 69, 824 (1992).
${ }^{4}$ P astoriza, H., G o m an, M . F ., A rribre, A. and de la C ruz, F., P hys. Rev. Lett. 72, 2951 (1994).
${ }^{5}$ Zeldov, E. et al, N ature 375, 373 (1995).
${ }^{6}$ N elson, D. R . and V inokur, V .M ., Phys. Rev.B 48, 13060 (1993).
${ }^{7}$ G rigera, S. A . , E . M orre, E . O squiguil, C . B alseiro, G . N ieva, and F . de la C ruz, P hys. Rev. Lett. 81, 2348 (1998).
${ }^{8}$ B latter, G . et al, Rev.M od. Phys. 66, 1125 (1994).
${ }^{9}$ F isher, D. S., Fisher, M . P. A. and H use, D. H., Phys. Rev. B 43130 (1991).
${ }^{10}$ T. G iam archiand P. Le D oussal, Phys. Rev.B 52, 1242 (1995).
${ }^{11}$ Yanina Fasano, J.A . H erbsom m er, F. de la C ruz, F .P ardo, P.L. G am m el, E . Bucher and D. J. B ishop, Phys. Rev. B 60, R 15047 (1999).
${ }^{12}$ P. C omaglia and M.F. Laguna (private com m unication).


F IG . 1. V ortex decoration of the top surface of a sam ple $w$ ith com $m$ ensurate square $m$ agnetic pattem for a eld of 302 G auss at 4.1 K . The Fe dots of the periodic structure are 260 nm in diam eter and 60 nm in height. The dark area indicates the region where a periodic 2D square pattem was generated. The Fe dots positions are depicted with white circles. The scale bar corresponds to 5 m .


FIG.2. Vortex decoration of the bottom surface of a 4.5 m thidk sam ple beneath the square Fe pattem indicated by the dark region w ith brighter spots. $T$ he insert depicts the corresponding D elaunay triangulation of the fram ed region, obtained joining the positions of next-near-neighbors vortices w ith straight lines. T he picture show s that the hexagonal vortex lattice has one of its principal directions parallel to one of the square pinning potential axis (indicated by the arrow s). The scale bar corresponds to 5 m .


FIG.3. Vortex decoration of the bottom surface of the thinnest sam ple investigated, $d=0: 5 \mathrm{~m}$. It show s a com plete square sym m etry of the whole vortex structure beneath the periodic 2D square pattem in the top surface (dark area). The scale bar corresponds to 5 m .


FIG.4. Im age of the vortex topology in the interface. Decoration of the bottom surface of the 3.5 m thick sam ple. A rrow s indicate the principal directions of the square pattem on the top surface. Three distorted hexagonal sym $m$ etries coexisting $w$ ith fourfold sym $m$ etry regions are shown. B lack chum ps on white: D om ains of vortices in square sym $m$ etry $m$ atching the square Fe pattem at the top surface. W hite chum ps on light and dark gray: Vortioes in distorted hexagons w ith unit cell area equal to the square pattem unit area ( $a_{1}=a_{\text {sq }}$ parallel to one of the principal directions of the pattem and $\left.a_{2}=1: 11 a_{\text {sq }}\right)$. W hite clum ps on gray: V ortices in distorted hexagons w ith unit cell area equal to the square pattem unit area, rotated 15 degrees $w$ ith respect to the horizontal principal direction of the square pattem. T he scale bar corresponds to 5 m .


FIG.5. C om parison of vortex interface structures at 3.5 and 2.5 m undemeath the sam e square Fe pattem. The picture is that of the 3.5 m sam ple where the black clum ps areas dep ict the square sym $m$ etry regions and the superim posed white fram es indicate the location of the square sym m etry regions in the 2.5 m thick sam ple. The scale bar corresponds to 5 m .

